Development of a new methodology for validating thermal storage media: Application to phase change materials

Rocío Bayón | Esther Rojas

Thermal Storage and Solar Fuels Unit, CIEMAT-PSA, Madrid, Spain

Correspondence
Rocío Bayón, Thermal Storage and Solar Fuels Unit, CIEMAT-PSA, Av Complutense 40, Madrid 28040, Spain.
Email: rocio.bayon@ciemat.es

Funding information
Comunidad de Madrid and European Structural Funds, Grant/Award Number: ALCCONES Project (S2013/MAE-2985); ACES2030 project (S2018/EMT-4319); European Union’s Horizon H2020 Research and Innovation Programme through SFERA III Project, Grant/Award Number: 823802

Summary
Long-term stability and long-term performance of thermal storage media are a key issue that should be thoroughly analysed when developing storage systems. However, no testing protocol or guideline exists up to now for validating storage media, so that authors apply their own criteria, not only for designing testing procedures but also for predicting the material behaviour under long-term operation. This paper aims to cover this gap by proposing a methodology for validating thermal storage media; in particular, phase change materials (PCMs). This methodology consists of different stages that include PCM characterization, preliminary assessment tests, and accelerated life testing. For designing the accelerated life tests, lifetime relationship models have to be obtained in order to predict PCM long-term behaviour under service conditions from shorter tests performed under stress conditions. The approach followed in this methodology will be valid for materials to be used as sensible or thermochemical storage media, too.

KEYWORDS
lifetime relationship models, long-term performance, phase change materials, PCM, thermal storage media, validation methodology

1 | INTRODUCTION

Thermal energy storage is one of the research topics that have been attracting much attention during the last decades because of its capacity to make certain renewables dispatchable, to make waste heat useful, and to increase thermal inertia in buildings, clothes, and shoes.1 The most critical factor in any thermal storage system is the medium in which the heat is stored. This heat can be stored by changing the temperature of the medium (sensible heat storage), by changing its phase (latent heat), or by producing a chemical reaction (thermochemical storage).

When choosing a storage material for any of these mechanisms, the first thing to take into account is the temperature value or range of the specific application, after which we have to look at the thermophysical properties that make this material suitable for thermal storage. Apart from having adequate values, it is very important that these thermophysical properties remain sufficiently constant along the whole service life of the storage system. Therefore, the long-term reliability of thermal storage media is a question of main concern. A storage medium can be interesting from the point of view of thermophysical properties but loose its charm when those properties change along the expected lifetime of the system.
Since the early 80s, many researchers have paid attention to this issue, so that literature abounds in papers reporting on feasibility studies of storage materials.\(^2\)\(^{-}17\) However, it is in the field of latent heat storage materials, which are usually called phase change materials (PCMs), where we can find the majority of these studies. This is due to the large number of PCMs that are suitable for applications in a very wide temperature range\(^18\)\(^{-}23\) (from 0°C to 800°C). Taking into account that the thermophysical properties that make PCMs suitable as storage media are phase change temperature \((T_{\text{ph-ch}})\) and enthalpy \((\Delta H_{\text{ph-ch}})\), Figure 1 represents \(\Delta H_{\text{ph-ch}}\) vs \(T_{\text{ph-ch}}\) for PCMs that undergo solid-liquid transitions together with the temperature ranges of the possible storage applications. As we can see, hydrated salts and organic materials (sugar alcohols, paraffins, fatty acids, etc) are the PCMs considered for low- and medium-temperature applications (less than 200°C), whereas inorganic salts and metals are the most appropriate latent storage materials for higher temperature processes. Although conventional PCMs usually undergo solid-liquid transitions, there are also materials that exchange latent heat through solid-solid\(^24\) and liquid-liquid\(^25\) transitions.

Despite the wide range of potential applications, the commercial implementation of latent storage systems is very often hindered by the lack of validated PCMs. Most of the studies found in literature aiming to assess the reliability of PCMs as latent storage media have focused their attention on thermal cycling. Table 1, based on a thorough review of literature from the early 80s till today, summarizes the thermal cycling tests performed by different authors for evaluating and assessing the feasibility of PCMs. This table distinguishes the kind of PCMs studied, the cycling conditions, the used set-up, and also the analytical technique(s) applied for evaluating PCM properties after the tests. According to this review, most tested PCMs are intended for storage applications at temperatures below 100°C. Those PCMs include pure substances, eutectic mixtures, and composites that undergo either solid-liquid\(^26\)\(^{-}29,31\)\(^{-}46,48\)\(^{-}58,65\)\(^{-}69,75\)\(^{-}77,79\)\(^{-}82,85\)\(^{-}87\) or solid-solid\(^30\)\(^{-}63,78,83,84,88,89\) phase transitions. In contrast, only few stability studies have been found for PCMs intended to temperature applications\(^47\)\(^{-}59,62,64,66,70\)\(^{-}74\) above 100°C.

In order to perform cycling tests, some authors used differential scanning calorimetry (DSC),\(^27\)\(^{-}30,40,59,60,66\)\(^{-}68,77,82,85,89\) whereas the majority used set-ups adapted and/or designed on purpose. Those set-ups included thermostatic chambers,\(^26,31,33,41\)\(^{-}44,47,54,57,63,65,70,79,83,86\)\(^{-}88\) thermal water baths,\(^28,29,32,34\)\(^{-}36,46,52,56,69\) electric hot plates with temperature control,\(^37\)\(^{-}39,45,62\) weathering chambers,\(^48,51,55,58,75,76,78\) ovens with controlled heating,\(^35,49,61,64,71,72,74,80\) and, in few cases, also with a cooling control.\(^50,53,73\) The advantage of using a DSC apparatus for thermal cycling is that phase change temperature \((T_{\text{ph-ch}})\) and calculated enthalpy \((\Delta H_{\text{ph-ch}})\) are recorded directly for each cycle, so that their evolution can be monitored without interrupting the test or removing the sample. If a DSC apparatus is not used to perform the cycling tests, these thermophysical properties have to be measured after a certain number of cycles mainly by DSC or thermogravimetric analysis (TGA). Additionally, for detecting chemical or structural changes in the PCMs after the cycling, some authors applied analytical techniques like, for example, Fourier transform infrared spectroscopy (FTIR),\(^36,48,51,57,59,61,63,65,69,75,78,83,88\) visible and ultraviolet spectroscopy (VisUV),\(^64\) X-ray diffraction (XRD),\(^60,74\) high performance liquid chromatography (HPLC),\(^61\) or scanning electron microscopy (SEM).\(^57,60,74,75,77,80\)

![Figure 1](wileyonlinelibrary.com)
**TABLE 1** Overview of the thermal cycling tests performed by different authors for assessing PCM reliability in chronological order from early 80s up to today.

| Year-Author Reference | Institution (Country) | PCM $T_{ph-ch}$ | Thermal Cycling Characteristics |
|------------------------|------------------------|-----------------|--------------------------------|
| **Thermal Cycling Characteristics** | | | |
| **Experimental Set-up** | | | |
| **No. of Cycles ($T_{interval}$)** | | | |
| **PCM Evaluation** | | | |
| **Accelerated Test?** | | | |
| **Year** | | | |
| **Author** | | | |
| **Reference** | | | |
| **Institution (Country)** | | | |
| **PCM** | | | |
| **$ΔH_{ph-ch}$ from a water calorimeter** | | | |
| **No** | | | |
| 1980 | Marks S | U. Delaware (USA) | Glaubert salt (Na$_2$SO$_4$.10H$_2$O) 32°C | Thermal cycling chamber | 1130 (11-41°C) | **No** |
| 1981 | Arndt PE | U. Western Australia (AU) | Naphtalene 81°C | DSC apparatus | 220 (30-120°C) | DSC | Long term |
| 1984 | Kimura H | Mitsubishi Eco (Japan) | CaCl$_2$.6H$_2$O with NaCl or NaF 30°C | Two tubes with water circulation | 1000 (8-35°C) | Solidification temperature | **No** |
| 1984 | Wada T | Matsushita Elc (Japan) | Na (CH$_3$COO).3H$_2$O 58°C | Thermal bath | 600 (40-70°C) | Calorimetric studies | **No** |
| 1986 | Benson DK | SERI, Colorado (USA) | PG-NPG mixture (P-S) 77°C | DSC apparatus | 532 (47-97°C) | DSC | **No** |
| 1987 | Ting KC | U. Rutgers (USA) | Na$_2$SO$_4$.nH$_2$O+additives 32°C | Durability testing chamber homemade | 1000-1300 (25-35°C) | None | **Yes** |
| 1988 | Kimura H | Mitsubishi Eco (Japan) | Mixtures of salt hydrates <25°C | Two tubes with water circulation | 1000 (10-30°C) | DSC | **No** |
| 1988 | Porisini FC | JRC-Ispra (Italy) | Hydrated Salts 15-32°C | Thermostatic chamber | up to 5650 (4-40°C) | Temperature-time curve | **No** |
| 1992 | Hadjieva M | Bugarian AC (Bulgaria) | Paraffins 44-51°C | Thermal bath | 900 (28-70°C) | DSC | **No** |
| 1994 | Hasan A | U. Birzeit (Israel) | Fatty acids: stearic, myristic, palmitic 69°C, 58°C, 55°C | Two thermostatic baths (normal) Oven at constant temperature (severe) | 450, normal (20-80°C) 21, severe (20-150°C) | DSC | **No** |
| 1998 | Dimaano N | U. SantoTomas (Philippines) | Capric/lauric acids mixtures 13-23°C | Thermal bath | 120 (10-26°C) | Temperature-time curve | **No** |
| 1999 | Sharma SD | U. Devi Ahilya (India) | Stearic, acetamide, paraffin wax 69°C, 81°C, 54°C | Electric hot plate with $T$ controller | 300 (RT – $T_{ph-ch}$ + 10/25°C) | DSC, weight change | Yes |
| 2001 | Sharma A | U. Devi Ahilya (India) | Urea 133°C | Electric hot plate with $T$ controller | 50 (RT – 145°C) | DSC | Yes |
| 2002 | Sharma A | U. Devi Ahilya (India) | Stearic, acetamide, paraffin wax 69°C, 81°C, 54°C | Electric hot plate with $T$ controller | 1500 (RT – $T_{ph-ch}$ + 10/25°C) | DSC | Yes |
| 2003 | Nikolic R | Institute Vinca (Yugoslavia) | DSC apparatus | 50 (10-60°C) | DSC | **No** |

(Continues)
| Year-Author Reference | Institution (Country) | PCM $T_{ph-ch}$ | Experimental Set-up | No. of Cycles ($T_{interval}$) | PCM Evaluation | Accelerated Test? |
|-----------------------|-----------------------|----------------|---------------------|-------------------------|----------------|------------------|
| 2003- Sari A\(^{41}\) | U. Gaziosmanpasa (Turkey) | Fatty acids 43-62°C | Thermostatic chamber | 1200 (up to $T_{ph-ch} + 15°C$) | DSC | Yes |
| 2003-Sari A\(^{42}\) | U. Gaziosmanpasa (Turkey) | Fatty acids 43-62°C | Thermostatic chamber | 910 (up to 70°C) | DSC | Yes |
| 2004-Sari A\(^{43}\) | U. Gaziosmanpasa (Turkey) | Fatty acids eu-mixtures 69-42°C | Thermostatic chamber | 360 (up to $T_{ph-ch} + 13°C$) | DSC | Yes |
| 2005-Sari A\(^{44}\) | U. Gaziosmanpasa (Turkey) | Fatty acids eu-mixtures 69-42°C | Thermostatic chamber | 1460 (up to $T_{ph-ch} + 13°C$) | DSC | Yes |
| 2006-Shilei L\(^{45}\) | U. Tianjin (China) | Capric/lauric acids eu-mixtures in wallboards of gypsum 21°C | Electric hot plate with temperature controller | 360 (RT - T > $T_{ph-ch}$) | DSC | Yes |
| 2006-ÖZonur Y\(^{46}\) | Çukurova University (Turkey) | Coco fatty acid encapsulated with gelatine-gum Arabic 30°C | Water bath | 50 (22-24°C) | DSC, FTIR | No |
| 2007-Sun JQ\(^{47}\) | U. T. Guangdong (China) | ALMgZn alloy 450°C | Thermostatic chamber | 1000 (442-455°C) | DSC | No |
| 2008-Karaiepekli A\(^{48}\) | U. Gaziosmanpasa (Turkey) | Capric/myristic/perlite 21°C | Thermal Cycler BIOER with two water baths | 5000 (not said) | DSC, FTIR | Yes |
| 2008-Shukla A\(^{49}\) | U. Devi Ahilya (India) | Organic and inorganic PCMs 58-118°C | Oven at constant temperature | 600-1500 (RT - $T_{ph-ch} + 10°C$) | DSC | No |
| 2009-ElSebaii AA\(^{50}\) | U. King Abdul Aziz (Saudi Arabia) | MgCl\(_2\)·6H\(_2\)O and acetanilide 111°C, 113°C | Oven with cooling fan for solidification and controlled temperature and heating rate | 500 (40-150°C) | DSC | Yes |
| 2009-Sari A\(^{51}\) | U. Gaziosmanpasa (Turkey) | Palmitic acid/EG 61°C | Thermal Cycler BIOER with two water baths | 3000 (not said) | DSC, FTIR | No |
| 2010-Wu S\(^{52}\) | South China University (China) | Paraffin/Cu-nano particles 58-60°C | Two thermostatic water baths | 100 (30-70°C) | DSC | No |

(Continues)
| Year-Author Reference | Institution (Country) | PCM $T_{ph-ch}$ | Thermal Cycling Characteristics | Experimental Set-up | No. of Cycles ($T$ interval) | PCM Evaluation | Accelerated Test? |
|-----------------------|------------------------|-----------------|---------------------------------|---------------------|----------------------------|---------------|------------------|
| 2011-ElSebaii AA $^{53}$ | U. King Abdul Aziz (Saudi Arabia) | MgCl$_2$.6H$_2$O 111°C | Oven with cooling fan for solidification and controlled temperature and heating rate | 1000 (40-150°C) | DSC | Yes |
| 2011-Zuo J $^{54}$ | U. T. Dalian (China) | Caprylic acid/dodecanol 18-25°C | Thermostatic chamber | 120 (Above/below $T_{ph-ch}$) | DSC | Yes |
| 2013-Gao E $^{55}$ | US Army (ERDC-CERL) (US) | Different commercial PCMs for building insulation 14-22°C | Weathering chamber | 5400 (~10-60°C) | DSC | Yes |
| 2013-Huang J $^{56}$ | U. Tianjin (China) | Fatty acids eu-mixtures composites 18-34°C | Two thermostatic water baths | 1000 (10-45°C) | DSC | Yes |
| 2013-Silakhori M $^{57}$ | U. Malaya (Malaysia) | Microencapsulated paraffin wax with polyaniline 53°C | Small container with heater and cooler | 1000 (30-80°C) | DSC, FTIR, SEM | Yes |
| 2014-Konuklu Y $^{58}$ | Nigde University (Turkey) | Microencapsulated caprylic acid with polyethylacrylate 13.3°C | Thermal Cycler BIOER TC-25/H | 400 (not said) | DSC | No |
| 2014-Solé A $^{59}$ | U. Lleida (Spain) | D-mannitol, myo-inositol, galactitol 165°C, 224°C, 188°C | DSC apparatus | 50 (50-220°C, 260°C) | DSC, FTIR | No |
| 2014-Zhong L $^{60}$ | U. D. T. Beijing (China) | LiNO$_3$/KCl-EG, LiNO$_3$/NaNO$_3$-EG LiNO$_3$/NaCl-EG composites 166°C, 194°C, 208°C | DSC apparatus | 100 ($T_{ph-ch}$ ± 50°C) | DSC, XRD, SEM | No |
| 2015-Bayón R $^{61}$ | CIEMAT (Spain) | Organic PCMs 159-172°C | Oven with controlled temperature and natural cooling | up to 50 (100-185°C) | DSC, HPLC, FTIR | No |
| 2015-RaamDheep G $^{62}$ | U. Pondicherry (India) | Benzamide, sebacic acid 123°C, 134°C | Electric hot plate with temperature controller | 1000 (RT – 150°C, 160°C) | DSC | Yes |
| 2016-Liu Z $^{63}$ | U. Sichuan (China) | Polyurethane polymers (PEG-CO) (S-S) 40-50°C | High-low temperature chamber | 100 (20-90°C) | DSC, FTIR | Yes |
| 2016-Rodriguez MM $^{64}$ | CIEMAT (Spain) | D-mannitol 165°C | Oven under inert atmosphere with | 50 (100-190°C) | Sample colour, VisUV | No |

(Continues)
| Year-Author Reference | Institution (Country) | PCM $T_{ph\_ch}$ | Experimental Set-up | No. of Cycles ($T$ interval) | PCM Evaluation | Accelerated Test? |
|-----------------------|-----------------------|------------------|---------------------|-----------------------------|----------------|------------------|
| 2016-Sharma RK$^{55}$ | U. Malaya (Malaysia)  | PEG 6000 56°C    | Small container with heater and cooler | 1500 (40-90°C) | DSC, FTIR | Yes |
| 2016-Bayón R$^{56}$  | CIEMAT (Spain)        | Liquid crystal (L-L) 250°C | DSC apparatus | 11 (23-270°C) | DSC | No |
| 2016-Diarce G$^{57}$  | U. País Vasco (Spain) | NaNO$_2$/urea eutectic 85°C | DSC apparatus | 210 (10°C-95°C) | DSC | Yes |
| 2016-Geng L$^{58}$   | South China U. Technol. (China) | n-dodecanol SiO$_2$ encapsulated 21°C | DSC apparatus | 100 (−15-55°C) | DSC | No |
| 2017-Han L$^{59}$    | Chinese Ac.Sci.(China) | Lauric acid/hexanediol 33°C | Thermal bath heated and refrigerated | 1000 (not said) | DSC, FTIR | Yes |
| 2017-Huang Z$^{70}$  | U. T. South China (China) | LiNO$_3$/KCl-EG composites 165°C | Thermostatic air chamber | 500 (150-180°C) | DSC | Long-term |
| 2017-Jiang Y$^{71}$  |CSIRO (Australia)      | Na$_2$CO$_3$/Li$_2$CO$_3$ 498°C | Oven | 500 (400-600°C) | DSC | Long-term |
| 2017-Liu M$^{72}$    | U. South Australia (AU) | eu-NaCl/NaCO$_3$ 635°C | Oven | 1000 (600-650°C) | DSC | No |
| 2017-Rodríguez MM$^{73}$ | CIEMAT (Spain) | Hitec (NaNO$_3$-KNO$_3$-NaNO$_2$; 7/53/40 w%) 142°C | Oven under inert atmosphere with controlled temperature and natural cooling & oven with controlled heating and cooling | up to 60 (40-170°C) | DSC, ionic chromatography | No |
| 2017-Lao X$^{74}$    | Ceram. Inst. Jingdezhen (China) | Al/Si + SiCw/Al$_2$O$_3$ 575°C | Oven | 100 (400-900°C) | SEM, EDS, TGA/DSC, XRD | No |
| 2017-Patel J$^{75}$  | US Army (ERDC-CERL) (US) | POSO-bio-based-PCM in cubic poaches of a blanket (palm oil + soy oil) 26°C | Weathering chamber | 5400 (−10-60°C) | DSC, TGA, SEM, FTIR | Yes |
| 2017-Ramakrishnan S$^{76}$ | U. T. Swinburne (AU) | Paraffin/EPO composite 25°C | Homemade test device inside a weathering chamber | 1000 (0-40°C) | DSC and mechanical strength | Yes |
| 2017-Sami S$^{77}$   | Isfahan TU (Iran)      | Paraffin/TiO$_2$ composites 60°C | DSC apparatus | 80 (30-90°C) | DSC-FE-SEM, k | No |
| 2017-Sari A$^{78}$   | T. U. Karadeniz (Turkey) | | | 5000 (not said) | DSC, FTIR | Yes |

(Continued)
| Year-Author Reference | Institution (Country) | PCM $T_{ph-ch}$ | Experimental Set-up | No. of Cycles (T interval) | PCM Evaluation | Accelerated Test? |
|-----------------------|-----------------------|-----------------|---------------------|---------------------------|----------------|------------------|
| 2017-Wei H³⁹          | U. Fuzhou (China)     | Fatty acids eu-mixture with Al$_2$O$_3$-vermiculite 28°C | Thermostatic chamber   | 200 (RT – 70°C)          | DSC            | No               |
| 2017-Sun N³⁹          | School of Chemical Engineering of Nanjing (China) | Paraffin-PMMA/BN/TiO$_2$ 53-54°C | Oven                 | 100 (20-80°C)           | DSC, SEM       | No               |
| 2017-Beyhan B³¹        | Çukurova University (Turkey) | Microcapsules of capric-myristic acid with methylacrylate copolymers 92-97°C | Not said              | 1000 (not said)         | DSC, FTIR      | No               |
| 2017-Wang³²            | Chinese Academy of Sciences (China) | Composites of caprylic-nanoic acid/EG 8°C | DSC apparatus         | 100 (−25-35°C)           | DSC            | Yes              |
| 2017-Kong W³³          | U. Sichuan (China)    | PEG-PAPI mixtures (S-S) 40-50°C | High- to low-temperature chamber | 100 (20-90°C) | DSC, FTIR       | Yes              |
| 2017-Du X³⁴            | U. Sichuan (China)    | HBP-PEG copolymer (S-S) 50-60°C | High- to low-temperature chamber | 100 (20-90°C) | DSC            | Yes              |
| 2018-Zhang X³⁵         | Chinese Academy of Sciences (China) | CaCl$_2$·6H$_2$O/diatomite/paraffin 28°C | DSC apparatus         | 100 (not said)           | DSC            | No               |
| 2018-Ma L³⁶            | South China University (China) | eu-lauric-myristic/WF 34°C | Heating chamber and refrigerator | 500 (−10-60 °C) | DSC            | No               |
| 2018-Gao X³⁷           | China Academy of Engineering Physics (China) | Nano-SiO$_2$/PW/EG 51.6°C Nano-SiO$_2$/PW/EG/HTPB 43-47°C | High- to low-temperature test chamber | 500 (25-75°C) | DSC            | Yes              |
| 2018-Yang Y³⁸          | U. Sichuan (China)    | PEG-MDI-xylitol (S-S) 20-45°C | High- to low-temperature chamber | 100 (20-90°C) | DSC, FTIR      | Yes              |
| 2018-Zhang N³⁹         | China Aerodynamics R&D Center (China) | Pentaglycerine/EG (S-S) 82°C | DSC apparatus         | 100 (not said)           | DSC            | Yes              |

Abbreviations: BN, boron nitride; CO, castor oil; DSC, differential scanning calorimetry; EDS, energy dispersive scanning; EG, expanded graphite; EPO, expanded perlite; FE-SEM, field emission scanning electron microscopy; FTIR, Fourier transform infrared spectroscopy; HBP, hyperbranched polyol; k, thermal conductivity; HPLC, high performance liquid chromatography; HTPB, hydroxyl terminated polybutadiene; L-L, liquid-liquid transition; MDI, diphenyl methane diisocyanate; NPG, neopentyl glycol; PAPI, polyaryl polymethylene isocyanate; PEG, polyethylene glycol; PG, pentaglycerine; PMMA, poly(methyl methacrylate); POSO, palm oil + soya oil; PW, paraffin wax; SEM, scanning electron microscopy; SMA, styrene-co-maleic polymer; RT, room temperature; S-S, solid-solid transition, TGA, thermogravimetric analysis; VisUV, visible and ultraviolet spectroscopy; XRD, X-ray diffraction; WP, wood flour.
Almost all references shown in Table 1 report on tests based on consecutive heating/cooling cycles. Only in a few cases, 26,29,32,36,55,72-74 a stand-by time at constant temperature between the ramps was introduced. The usual temperature interval for the cycles was 10°C to 30°C above/below \( T_{\text{ph-ch}} \), and only a handful of researchers carried out tests with larger temperature intervals. 27,35,50,53,71,74 The number of cycles ranged from 11 to 5650, although most authors performed up to 1500 cycles and only a few of them attained 3000 or 5000 cycles. For those materials that degraded upon thermal cycling, a decrease in \( \Delta H_{\text{ph-ch}} \) was normally observed. In this sense, organic PCMs with \( T_{\text{ph-ch}} \) values below 100°C, such as paraffins or fatty acids, showed a decrease in \( \Delta H_{\text{ph-ch}} \) not higher than 10% after 450 to 1200 cycles. 34,35,42,56 This decrease in \( \Delta H_{\text{ph-ch}} \) was lower or even disappeared when the same PCMs formed composites with inert materials. 45,48,51,76,77 In contrast, other organic PCMs with \( T_{\text{ph-ch}} \) above 100°C such as sugar alcohols, 61,64 hydroquinone, 61 salicylic acid, 61 benzamide, 62 or liquid crystals 66 showed strong degradation after only a few melting/freezing cycles. For the case of solid-solid PCMs, only a slight decrease (less than 4%) in \( \Delta H_{\text{ph-ch}} \) was observed after the cycles. 30,63,78,83,84,88 Hydrated salts, such as \( \text{CaCl}_2\cdot6\text{H}_2\text{O} \), 50 \( \text{Na}_2\text{SO}_4\cdot10\text{H}_2\text{O} \), 26 or \( \text{NaCH}_3\text{COO}\cdot4\text{H}_2\text{O} \), 29 showed a strong decrease (up to 70%) in \( \Delta H_{\text{ph-ch}} \) in addition to the occurrence of incongruent melting/freezing phenomena. Sometimes, the use of additives 26 or the so-called water principle 53 reduced that \( \Delta H_{\text{ph-ch}} \) decrease. PCMs for high temperature applications (greater than 300°C) showed no degradation upon cycling (inorganic salts 60,70-73) or a slight decrease in \( \Delta H_{\text{ph-ch}} \) (metallic alloys 47,74).

The large scattering in the test conditions chosen by the different authors is evident from this literature review, especially in relation to the temperature interval and the number of cycles performed. In many of the references gathered in Table 1, the thermal cycles were considered accelerated tests without any previous justification (see the right-hand column of the table). Under this assumption, some authors established correlations between the number of thermal cycles and the period of real operation. Since reasons were never given for such extrapolations, the variety of correlations is wide: Raam Dheep et al. 62 stated that 1000 cycles were equivalent to 4 years of real operation; for Sharma et al. 65 1500 cycles were equivalent to 5 years of operation, whereas Gao et al. 55 and Patel et al. 75 claimed that the stability of the PCMs tested could be ensured for 20 years after enduring 5400 cycles in a weathering chamber.

According to the methodology followed in other branches of science, accelerated tests require previous material lifetime relationship models and a comparison with the results obtained under service conditions, which is not the case of the tests shown in Table 1 and proclaimed as accelerated. These tests were performed in a relatively short time, but this does not mean that they accelerated the degradation process of the material. Cycling tests are certainly useful because they give an idea of the short-term stability of PCMs, but extrapolating their results to long-term operation under real working conditions without any further justification seems rather inaccurate. In authors’ opinion, this misunderstanding is mainly due to fact that no testing protocols exist for validating storage materials; for which reason, authors have applied their own criteria not only for the testing procedures but also for predicting the material behaviour under long-term operation.

The objective of this paper is, therefore, to present a full methodology for validating storage media, focusing the attention on PCMs. This methodology consists of a set of stages that should lead to the assessment of a certain PCM for a specific application. The successive steps to be followed and the kind of tests that could be performed will be discussed along the paper. Key concepts of the methodology such as control properties, service conditions, degradation factors, preliminary assessment tests, and accelerated life testing will be described as well. It is important to remark that the methodology proposed in this paper is intended as an initial guideline that could be used not only for validating PCMs but also for other kinds of thermal energy storage media.

## 2 | PROPOSED METHODOLOGY FOR PCM VALIDATION

The methodology for PCM validation proposed in this paper starts off the scheme presented by Abhat 98 in 1983. This scheme (Figure 2) comprised the different stages that may be involved in the design of a storage system, in that case, a latent storage system for solar thermal applications. According to it, the material investigation side included the selection of the storage material (PCM in this case) based not only on its thermophysical properties and melting/freezing characteristics but also on its compatibility with the construction materials. The study of the PCM short-term, long-term, and thermal cycling behaviour is proposed to achieve the, so-called, long life consideration.

Using the flowchart of Abhat 98 under the material investigation side as point of departure, the new methodology displayed inside the dashed line of the scheme of Figure 3 is proposed. This new methodology joins thermophysical properties and melting/freezing characteristics in a single step called PCM characterization. The short-term behaviour, long-term behaviour, and thermal cycling tests are merged into a preliminary
assessment tests stage to be performed prior to the accelerated life testing stage, which finally leads to the PCM validation. It is important to mention that PCM validation also requires compatibility studies with the materials in contact, which are the construction materials of the storage module or other structures such as fins,
extended surfaces, and shells. However, this paper will only focus on the validation of PCMs as storage media, and hence, material compatibility tests will not be here considered.

In the next sections, the different steps of the proposed methodology for PCM validation will be described and discussed in more detail. We would like to highlight that the approach followed in this methodology would be equally valid for materials to be used as sensible or thermochemical storage media.

3 | PCM CHARACTERIZATION AND CONTROL PROPERTIES

The main thermophysical properties that make a material a potential latent storage medium (PCM) are its phase-change temperature \( T_{\text{ph-ch}} \) and enthalpy \( \Delta H_{\text{ph-ch}} \). The analytical methods most commonly used for obtaining those properties are DSC and what is known as the \( T \) history method. The first method is commercially available in two types of equipment: differential scanning calorimeters and thermobalances, which can perform simultaneously both TGA and DSC. As for the \( T \) history method, it is always carried out in set-ups specifically designed for such a purpose. Although there are other thermophysical properties that could be used for PCM characterization (density, heat capacity, thermal conductivity of the different phases, viscosity of the liquid phase, etc.), it was discussed in Section 1 that almost all authors measure \( T_{\text{ph-ch}} \) and \( \Delta H_{\text{ph-ch}} \) for detecting any changes in the PCM performance. Therefore, these two thermophysical properties can be established as control properties, and hence, they should be measured before and after each set of tests.

In the following subsections both types of thermal analysis methods (DSC and \( T \) history) will be shortly described and their advantages and disadvantages in terms of PCM characterization highlighted.

3.1 | Differential scanning calorimetry

DSC is a standard method for thermal analysis in which the heat flow between a sample and the environment is calculated and recorded as temperature increases or decreases at constant rate. Heating/cooling velocity is usually in the range of 0.5°C/min to 10°C/min, the amount of mass analysed is about 5 to 20 mg, and the measurements are performed under inert atmosphere (usually N\(_2\) or Ar). The resulting data are curves representing either specific heat flow \( (W/g) \) or enthalpy \( (J/g) \) vs temperature. From any of these curves, phase change temperatures and enthalpies can be obtained for the different phase transitions undergone by the material under study. Some DSC devices also allow measuring heat capacity, \( C_p \), in solid and liquid states.

Although the DSC technique is quite accurate and provides quick and reliable results, it presents some issues associated to sample size and heating/cooling rates. On the one hand, because of the small sample size, the supercooling phenomenon is promoted,\(^99\) while the degree of phase segregation (i.e., incongruent melting/freezing) is diminished.\(^98\) On the other hand, if heating rate is very high, heat flux may not be observed at the correct temperature because of a temperature gradient inside the sample. This is especially important in materials with poor thermal conductivity and large phase-change enthalpy. Observed supercooling and phase segregation phenomena are closer to the real ones if the sample amount is larger, but in that case, temperature gradients inside the sample may be of importance. Decreasing the heating rate reduces those gradients, but it also reduces the signal/noise ratio and hence the measurement precision.\(^100\) In short, DSC measurements are strongly affected by the experimental conditions, and therefore, they may not be representative enough of the bulk PCM behaviour. This is also the reason why it is difficult to compare the results obtained by different authors that use different DSC or TGA/DSC equipment and procedures. In this sense, it is worth mentioning the task 42/29 of the IEA SHC/ECES TCPs, where a standard procedure for PCM characterization using DSC has been proposed.\(^101\) This public document is based on the standard\(^102\) RAL-GZ 896 and not only defines how DSC apparatus should be calibrated and how samples should be prepared but also contains a detailed description of the methodology and several suggestions for improving the accuracy of results. Other attempts to establish some common guidelines for measuring thermophysical properties of storage media by using DSC have been carried out by the Thermal Energy Storage working group of the IEA SolarPACES-Task III TCP, in particular for determining the heat capacity of solar salt with nanoparticles.\(^103\)

3.2 | \( T \)-history method

In the so-called \( T \)-history method, the temperature evolution with time is recorded against ambient temperature for both the PCM sample and a reference material during a cooling process. The reference material must be a substance with well-known thermophysical properties that remains in the same state (usually liquid) in the whole temperature interval of the experiment. Both sample and reference are assumed to exchange thermal energy with the environment in a similar way.

This method was proposed in 1999 by Zhang et al.\(^104\) from Tsinghua University, with the aim of obtaining...
properties such as melting point, enthalpy of fusion, heat capacity, degree of supercooling, and even thermal conductivity for various PCM samples at the same time. Afterwards, both the design of the original set-up and the mathematical models applied for calculating the thermophysical properties from the experimental data have been improved by researchers of different institutions over the world.\textsuperscript{105-115} Since the reference material most commonly used is water, $T$-history method has been mainly used for characterizing PCMs for latent storage applications below 100°C. In recent years, there have been some attempts to use this methodology also for PCMs working at higher temperatures, so that solid copper has been proposed as reference material.\textsuperscript{116}

Compared with the analytical techniques for thermal analysis commercially available (DSC and TGA/DSC), $T$-history method presents several advantages. It allows using larger samples (approximately 10-100 g), so that the drawbacks associated to small sample size mentioned in Section 3.1 are avoided. Moreover, the experimental set-ups are simpler and do not require costly equipment such as DSC and TGA/DSC devices. According to Lázaro et al.\textsuperscript{108} the accuracy of the thermophysical properties obtained with $T$-history methods is quite good because uncertainty values in the calculated enthalpy are about 10%. However, since each experimental set-up is unique, common standard methodologies for performing the experiments and for the mathematical procedure used for data analysis have not yet been defined.\textsuperscript{117}

4 | SERVICE CONDITIONS AND DEGRADATION FACTORS

The specific service conditions of a storage medium are those under which the storage system is expected to work during its lifetime. For the case of a PCM, these conditions are those dealing with charge/discharge cycles (time frequency, stand-by periods, etc), temperature (upper and lower limits), atmosphere (gases in contact with the PCM), pressure (of the gases), etc. In Figure 4, the service conditions of a storage system are displayed together with the type of changes, either chemical or physical, they may produce on the medium (in this case a PCM). In most cases, these changes decrease the capability of the material to store energy so that it is said that the material is degraded and hence not stable under certain service conditions. Degradation factors affecting the storage medium are among the service conditions. Performing studies on PCM degradation is crucial since they allow obtaining the degradation kinetics, which are necessary for the design of accelerated life test.

4.1 | Chemical degradation

Chemical degradation implies that the storage medium undergoes changes in its chemical composition so that new compounds are formed through the occurrence of chemical reactions. In the working temperature range of the storage system, chemical reactions may take place because the material is unstable and dissociates into other compounds or and it reacts with the surrounding atmosphere.

Chemical degradation of PCMs is reported in several papers under the name of thermal stability studies.\textsuperscript{58,68-71,76-82,85-87,118-120} In all of them, TGAs are performed under inert atmosphere (N$_2$ or Ar) at a single heating rate (normally 10°C/min) in order to obtain the temperature limit for the beginning of PCM degradation. However, the temperature at which degradation is observed in a TGA experiment depends on the heating rate used.

![FIGURE 4](https://example.com/fig4.png)  
**Figure 4** Scheme showing the service conditions of a storage system and the changes they may produce in the storage material, in this case a PCM [Colour figure can be viewed at wileyonlinelibrary.com]
because reaction kinetics are temperature dependent. Hence, if PCM stability wants to be predicted, the kinetics of its degradation processes must be studied. Moreover, as will be discussed in Section 6, degradation kinetics are required for obtaining the lifetime relationship models required for designing accelerated life tests. For that purpose, TGA apparatus is a very powerful tool since it allows performing kinetic analysis of thermal measurements in a very accurate way. An example of this kind of analysis can be found in the paper of Tong et al., which reports on D-mannitol decomposition studied under nonisothermal conditions by performing TGA at different heating rates.

4.2 | Physical degradation

A storage medium undergoes physical degradation if it maintains the chemical composition but presents changes that have a negative effect on its performance. Signs of physical degradation can be phase segregation, disintegration, agglomeration, attrition, etc. This kind of degradation is most commonly found in solid materials used in sensible storage or in thermochemical storage, but it can also happen to PCMs. Hydrated salts used as PCMs may undergo phase segregation, because the water released during melting cannot dissolve all the salt, so there is some remaining solid that separates and settles at the bottom of the container because of its higher density. During the reverse process, both water and settled salt are unable to crystallize together again. This phenomenon is known as “incongruent melting/freezing” and implies a decrease in the stored energy density after several charge/discharge cycles.

Another example of phase segregation in latent storage materials occurs when they are combined with other materials forming composites or are embedded in porous structures. The aim of combining PCMs with other materials (normally solids with a higher thermal conductivity than the PCM) is enhancing heat transfer by increasing the effective thermal conductivity. However, if PCM segregation occurs upon thermal cycling (mainly while PCM is melted), the desired improvement in thermal conductivity is lost.

5 | PRELIMINARY ASSESSMENT TESTS

Once a material has been chosen for a storage application on the basis of its main thermophysical properties, some preliminary assessment tests are required (see Figure 3). The aim of these tests is, on the one hand, to determine which service conditions are degradation factors and, on the other hand, to evaluate the short-term behaviour of the PCM for deciding whether it can be considered or not as potential storage medium for a certain application.

Preliminary assessment tests include tests under conditions as close as possible to the real working ones in terms of temperature range, heating/cooling rates, atmosphere in contact with the PCM, number of cycles, stand-by times, etc (see Figure 4). Moreover, samples in the order of grams or even kilograms are desirable so the results are representative enough. For evaluating the PCM state, control properties ($T_{ph-ch}$ and $\Delta H_{ph-ch}$) are measured, at least, at the end of the tests in order to check whether their value has changed and, if so, to which extent.

Examples of preliminary assessment tests could be the consecutive thermal cycles carried out in the majority of references in Table 1. As discussed in Section 1, although there is a common trend to rely on thermal cycling for evaluating the behaviour of PCMs, the authors have never argued the criteria for choosing the experimental conditions of the tests. In Table 1, the PCMs were monitored by measuring the evolution of the control properties after a certain number of cycles or at the end of the cycling tests. In general, those materials degrading upon thermal cycling showed a decrease in $\Delta H_{ph-ch}$, the extent of which strongly depended on the kind of PCM studied. Despite the large amount of papers dealing with this subject, no criterion has ever been established in terms of what $\Delta H_{ph-ch}$ decrease defines the thermal stability of a PCM.

Sometimes, a PCM is able to stand a certain number of consecutive cycles with almost no changes in the control properties, but it degrades when it is kept melted for a while. This is because, in the case of PCMs, temperature is usually the main degradation factor leading to chemical changes. In contrast, melting/freezing processes themselves are more likely to produce phase segregation or incongruent melting/freezing, which implies physical degradation. This proves that consecutive thermal cycling tests are not enough for taking a first decision about the feasibility of a PCM, since they underestimate the effect of temperature when the material is melted.

In authors’ opinion, common criteria for designing preliminary assessment tests for PCMs need to be adopted. These criteria should include guidelines for defining the experimental conditions of the tests in relation to the specific service conditions of the storage system. In this respect, the question remains open to the R&D community, and it would be desirable to achieve some degree of consensus. Additionally, it might be worth establishing the limits to the variation of the control properties after the tests to decide whether a certain PCM is assumed to pass or not these preliminary assessment
tests. This would imply analysing to which extent the variation of the control properties is relevant to the performance of the whole storage system.

6 | ACCELERATED LIFE TESTING

By definition, accelerated life testing consists of a set of methods intended to ensure product reliability during design and manufacturing and after product fielding. In all accelerated testing procedures, stress is applied to promote failure so that, by the term accelerated, a shortened time to failure is implied. If the objective is to use accelerated testing to predict product lifetime, the stress must produce the same degradation and failure types that would be encountered during the intended use of the product. Therefore, accelerated life tests are usually applied to products, systems, or components prior to their commercial implementation. The general methodology for accelerated life testing was described in the literature already in the 70s. This methodology has been improved over the years and adapted to different products used in specific applications (materials, components, systems, etc).

Taking into account the methodologies already developed for accelerated life testing, a detailed scheme has been elaborated with the different stages to be followed (see Figure 5). The first stage is the identification of the degradation factors or stress variables that are associated to certain service conditions. As previously mentioned, degradation factors have been already determined by preliminary assessment tests. The next stage involves tests under increasing stress levels of those degradation factors so that analytical models for lifetime relationships can be obtained from experimental data. These models establish the degradation rate of the material for each degradation factor and each stress level. In order to find out appropriate correlations between accelerated testing results and real lifetime behaviour, tests under real working conditions are required. The degradation state of the PCM after each set of tests has to be monitored by measuring the appropriate control properties.

The kind of lifetime relationship model used for fitting the experimental data obtained under stress conditions depends on the degradation factor that is considered. The Arrhenius model is the most commonly used when temperature is the degradation factor and a chemical reaction occurs. This is because Arrhenius equation gives the dependence of the kinetic rate constant of a chemical reaction, $k$, on the absolute temperature, $T$, a pre-exponential factor, $A_0$, the activation energy for the reaction, $E_a$, and the universal gas constant, $R$.

$$k(T) = A_0 e^{-\frac{E_a}{RT}}.$$  \hspace{1cm} (1)

The so-called Eyring models are very appropriate when temperature combines with other degradation factors, such as mechanical stress (Weertmann model),

FIGURE 5  Scheme showing the accelerated life testing methodology applied to storage materials, in this case to PCMs [Colour figure can be viewed at wileyonlinelibrary.com]
moisture (Pecks model), or electrical current density (Blacks model). If temperature combines with voltage, the Kemeny model is usually adopted. For other degradation factors associated to mechanical fatigue damage, analytical models such as Miner Rule or Coffin-Manson inverse power law have been proposed. Miner’s hypothesis does not describe any physical or chemical change mechanism and only attempts to describe how damage accumulates. It also assumes that all damage increments add up independently, so that no synergistic mechanisms are considered. Depending on the kind of material or product requirements, lifetime relationship models can be formulated in different ways. They may be expressed as control property variation over time for different stress levels, failure time as a function of stress level, etc.

As said above, the lifetime relationship models applied when temperature is the degradation factor are based on Arrhenius equation. This is because in such case, a chemical reaction takes place, and hence degradation is governed by the reaction kinetics. Unfortunately, literature hardly includes papers reporting on degradation kinetics of storage media. In relation to PCMs, only a few kinetic studies have been published and all of them dealing with D-mannitol degradation. One is the study published by Tong et al, already mentioned in Section 4.1, in which the kinetics of D-mannitol decomposition was studied by TGA. Another one is the work reported by Sagara et al, in which D-mannitol was tested in a DSC apparatus at constant temperature above melting point and the variation of latent heat over time was used for obtaining the degradation kinetics. Bayón et al studied D-mannitol degradation also at constant temperature ($T_{ph-ch}$ + $15^\circ$C), but in their case, ovens under either air or inert gas (N$_2$ or Ar) atmosphere were used. For monitoring degradation, they measured sample mass loss and analysed the remaining amount of D-mannitol by HPLC, observing that this PCM degraded very quickly even under inert atmosphere.

These papers aimed to obtain the degradation kinetics of D-mannitol and not lifetime relationship models; however, the results of one of them will be here used for illustrating how this kind of can be obtained using Arrhenius equation (Equation 1). In particular, we will take the results reported by Sagara et al, who studied D-mannitol degradation kinetics in a DSC apparatus under isothermal conditions by monitoring the variation of latent heat (ie, phase change enthalpy). These authors defined the conversion degree, $\alpha$ (ie, the fraction of original material that has reacted) as a function of latent heat variation (decrease) in relation to its initial value through the expression:

$$\alpha = 1 - \frac{(\Delta H_{ph-ch})_t}{(\Delta H_{ph-ch})_0}$$

(2)

Therefore, they calculated $\alpha$ from DSC data and found that the experimental results were better fitted assuming a first-order mechanism for D-mannitol degradation. This means that the expression for the time variation of the conversion degree, $\alpha$, at a certain temperature, $T$, is as follows:

$$-\ln(1 - \alpha) = kt.$$  

(3)

The fitting lead to the Arrhenius parameters is $E_a = 117$ kJ/mol and $\ln A_0 = 16.4$. Using these results and choosing the latent heat ratio, $(\Delta H_{ph-ch})_t/ (\Delta H_{ph-ch})_0$, as control property, the lifetime relationship model for D-mannitol has been obtained. This model gives the set of curves of Figure 6A, which represent the variation of the control property with time for different stress levels of the degradation factor (ie, temperatures above melting point, $165^\circ$C).

If a certain value of the control property is established as the limit for acceptable material performance, the expected time to failure can be plotted versus degradation factor stress level, in this case, temperature. In Figure 6B, time-to-failure curves have been represented for different values of latent heat ratios (0.9-0.75) limiting the acceptable performance of D-mannitol. For example, if only 10% decrease in latent heat is allowed (ratio = 0.9), D-mannitol could be used for about 5 months provided it is kept melted at $170^\circ$C (ie, $5^\circ$C above melting temperature). However, if the temperature is $180^\circ$C (ie, $15^\circ$C above melting temperature), this period is reduced to about 2 months. It should be pointed out that, if daily charge/discharge processes are expected, D-mannitol will remain melted, and hence, at temperatures higher than $165^\circ$C, only during the sun hours at which the storage system is charged. In terms of time, this means that it could meet the acceptable performance requirement for three times the time to failure shown in Figure 6B. Therefore, in the above examples, time to failure should be 15 and 6 months instead of the stated 5 and 2 months, respectively. However, even under this assumption, it is very clear that D-mannitol degrades very quickly and cannot be used as a storage medium for any latent system that is expected to work during several years. Actually, Bayón and Rojas demonstrated that D-mannitol degradation rate under conditions closer to the service ones is even higher than the rate obtained by Sagara et al.

The main advantage of lifetime relationship models is that they can be applied for predicting long-term performance of a certain material. For the case of PCMs and other materials implemented in thermal storage systems that are expected to work for several years, it is quite
obvious that the time scale of the lifetime relationship diagrams must be in the order of years. In Figure 7, general lifetime diagrams similar to the ones displayed in Figure 6 have been constructed as an example by using generic stress levels and changing the Arrhenius parameters so that the time scale is increased to the range of years. It is desirable that these diagrams included as many experimental data as possible from tests under service conditions (white circles) in order to improve the estimation of the control property variation along the service lifetime (green-dashed line). In principle, the control property variation under service conditions can be estimated with the lifetime relationship equation, but it is preferable if it was validated with experimental data.

If 10% decrease of the control property ratio at the end of material service lifetime is set as an acceptable failure limit for the lifetime diagrams of Figure 7A, the time-to-failure diagram in the logarithmic scale of Figure 7B can be constructed. Then the accelerated tests for each degradation factor are easily designed by using the corresponding time-to-failure diagram, in which stress level 0 corresponded to in-service conditions. In Figure 7B, some examples of how accelerated tests could be performed depending on the testing time available have been indicated. According to this diagram, if tests were performed under stress level 12, the material would attain the failure limit in about 3 months. However, if the tests were performed at stress level 8 (lower than stress level 12), the material would stand at least for 1 year.

There are no fixed rules for designing accelerated tests. This means that the design criteria can be chosen depending on the sort of material and its application. These criteria should establish not only the value for the accepted failure limit of the control property and hence the time-to-failure under service conditions but also the testing time and the stress level to be applied during the

![Figure 6](wileyonlinelibrary.com)

**FIGURE 6** Lifetime relationship diagrams for thermal degradation of D-mannitol. Latent heat ratio vs time for different temperatures above melting point (A). Time-to-failure vs temperature for different latent heat ratios (0.9–0.75) (B) [Colour figure can be viewed at wileyonlinelibrary.com]

![Figure 7](wileyonlinelibrary.com)

**FIGURE 7** General example of a lifetime relationship model based on Arrhenius equation. Control property ratio vs time plot for different stress levels (A). Time-to-failure vs stress level plot assuming a 10% decrease of the control property as failure limit (B) [Colour figure can be viewed at wileyonlinelibrary.com]
tests. For the particular case of thermal storage materials and PCMs, the accepted failure limit for the control property (for example, $\Delta H_{ph,ch}$) has to be decided taking into account its effect on the whole system performance and how long the system is expected to be under operation. Accelerated tests may then be used not only for confirming the long-term behaviour of a storage medium but also for validating materials expected to undergo similar degradation processes.

7 | CONCLUSIONS

In this study, a full methodology for validating materials to be used as reliable latent storage media (PCMs) for a given application is proposed. This methodology considers successive stages, which include PCM characterization, the performance of preliminary assessment tests, and the design of accelerated life tests. Preliminary assessment tests are performed under conditions as close as possible to the real working ones. The design of the accelerated life tests needs lifetime relationship models based on degradation factors capable of predicting the long-term behaviour of the storage medium under service conditions. The methodology proposed aims to cover the lack of guidelines for validating PCMs, and it is expected to be a very useful tool for the whole research community in the field of latent storage materials and systems. The authors hope that this community will contribute to the further development of this methodology here proposed. It is very important to highlight that the scope of this methodology goes beyond the limited domain of latent storage media (PCMs) since a similar approach could be applied for validating materials to be used in sensible or thermochemical storage systems.

ACKNOWLEDGEMENTS

This work has been supported by Comunidad de Madrid and European Structural Funds through both ALCCONES Project (S2013/MAE-2985) and ACES2030 Project (S2018/EM-4319) and by European Union’s Horizon H2020 Research and Innovation Programme through SFERA III Project (GA No 823802).

ORCID

Rocio Bayón https://orcid.org/0000-0001-6646-7840
Esther Rojas https://orcid.org/0000-0001-5881-5331

REFERENCES

1. Canan A. A comprehensive evaluation of energy storage options for better sustainability. Int J Energy Res. 2018;42(12):3732-3746. https://doi.org/10.1002/er.4102
2. Wang T, Mantha D, Reddy RG. Thermal stability of the eutectic composition in LiNO$_3$-NaNO$_2$-KNO$_3$ ternary system used for thermal energy storage. Sol Energy Mater Sol Cells. 2012;100:162-168. https://doi.org/10.1016/j.solmat.2012.01.009
3. Bauer T, Pfleger N, Breidenbach N, Eckt M, Laing D, Kaesche S. Material aspects of Solar Salt for sensible heat storage. Appl Energy. 2013;111:1114-1119. https://doi.org/10.1016/j.apenergy.2013.04.072
4. Kruizenga A, Gill D. Corrosion of iron stainless steels in molten nitrate salt. Energy Procedia. 2014;49:878-887. https://doi.org/10.1016/j.egypro.2014.03.095
5. Jemmal Y, Zari N, Maaroufi M. Experimental characterization of siliceous rocks to be used as filler materials for air-rock packed beds thermal energy systems in concentrated solar power plants. Sol Energy Mater Sol Cells. 2017;171:33-42. https://doi.org/10.1016/j.solmat.2017.06.026
6. Diago M, Crespo-Iniesta A, Delclos T, Shamin T, Calvet N. Characterization of desert sand for its feasible use as thermal energy storage medium. Energy Procedia. 2015;75:2113-2118. https://doi.org/10.1016/j.egypro.2015.07.333
7. Laing D, Bahl C, Bauer T, Fiss M, Breidenbach N, Hempel M. High-temperature solid-media thermal energy storage for solar thermal power plants. Proc of the IEEE. 2012;100(2):516-524. https://dx.doi.org/10.1109/IPROCE.2011.2154290
8. Alonso MC, Vera-Agullo J, Guerreiro L, Flor-Laguna V, Sanchez M, Collares-Pereira M. Calcium aluminate based cement for concrete to be used as thermal energy storage in solar thermal electricity plants. Cem Concr Res. 2016;82:74-86. https://doi.org/10.1016/j.cemconres.2015.12.013
9. Pacheco JE, Showalter SK, Kolb WJ. Development of a molten-salt thermocline thermal storage system for parabolic trough plants. J Sol Energy Eng. 2002;124:153-159. https://dx.doi.org/10.1115/1.1464123
10. Fasquelle T, Falcoz Q, Neveu P, Walker J, Flamant G. Compatibility study between synthetic oil and vitrified wastes for direct thermal energy storage. Waste Biomass Valor. 2017;8:621. https://dx.doi.org/10.1007/s12649-016-9622-1
11. Carrillo AJ, Moya J, Bayón A, et al. Thermochemical energy storage at high temperature via redox cycles of Mn and Co oxides: pure oxides versus mixed ones. Sol Energy Mater Sol Cells. 2014;123:47-57. https://doi.org/10.1016/j.solmat.2013.12.018
12. Imponenti L, Albrecht KJ, Wands JW, Sander MD, Jackson GS. Thermochemical energy storage in strontium-doped calcium manganites for concentrating solar power applications. Sol Energy. 2017;151:1-13. https://doi.org/10.1016/j.solener.2017.05.010
13. Pardo P, Anxionnaz-Minvielle Z, Rougé S, Cognet P, Cabassud M. Ca (OH)$_2$/CaO reversible reaction in a fluidized bed reactor for thermochemical heat storage. Sol Energy. 2014;107:605-616. https://doi.org/10.1016/j.solener.2014.06.010
14. Criado YA, Alonso M, Abarandes JC. Enhancement of a CaO/Ca (OH)$_2$ based material for thermochemical energy storage. Sol Energy. 2016;135:800-809. https://doi.org/10.1016/j.solener.2016.06.056
15. Afflerbach S, Kappes M, Gipperich A, Trettin R, Krumm W. Semipermeable encapsulation of calcium hydroxide for...
thermochemical heat storage solutions. Sol Energy. 2017;148:1-11. https://doi.org/10.1016/j.solener.2017.03.074

16. Rathod MK, Banerjee J. Thermal stability of phase change materials used in latent heat energy storage systems: a review. Renew Sustain Energy Rev. 2013;18:246-258. https://dx.doi.org/10.1016/j.rser.2012.10.022

17. Ferrer G, Solé A, Barreneche C, Martorell I, Cabeza LF. Review on the methodology used in thermal stability characterization of phase change materials. Renew Sustain Energy Rev. 2015;50:665-685. https://doi.org/10.1016/j.rser.2015.04.187

18. Zalba B, Marín JM, Cabeza LF, Mehling H. Review on thermal energy storage with phase change materials: heat transfer analysis and applications. Appl Therm Eng. 2003;23:251-283. https://doi.org/10.1016/S1359-4311(02)00192-8

19. Sharma SD, Sagara K. Latent heat storage materials and systems: a review. Int J Green Energy. 2005;2:1-56. https://doi.org/10.1081/GE-200051299

20. Mohamed SA, Al-Sulaiman FA, Ibrahim NI, et al. A review on current status and challenges of inorganic phase change materials for thermal energy storage systems. Renew Sustain Energy Rev. 2017;70:1072-1089. https://doi.org/10.1016/j.rser.2016.12.012

21. Nomura T, Tomohiro A. High-temperature latent heat storage technology to utilize exergy of solar heat and industrial exhaust heat. Int J Energy Res. 2017;41:240-251. https://doi.org/10.1002/er.3611

22. Du K, Calautit J, Wang Z, Wu Y, Liu H. A review of the applications of phase change materials in cooling, heating and power generation in different temperature ranges. Appl Energy. 2018;220:242-273. https://doi.org/10.1016/j.apenergy.2018.03.05

23. Abuelnour AAA, Omara AAM, Saqr KM, Elhag IHL. Improving indoor thermal comfort by using phase change materials: a review. Int J Energy Res. 2018;42(6):2084-2103. https://doi.org/10.1002/er.4000

24. Gao W, Lin W, Liu T, Xia C. An experimental study on the heat storage performances of polyalcohols NPG, TAM, PE and AMPD and their mixtures as solid-solid phase-change materials for solar energy applications. Int J Green Energy. 2007;4:301-311. https://doi.org/10.1080/15435070701332112

25. Bayón R, Rojas E. Liquid crystals: a new approach for latent heat storage. Int J Energy Res. 2013;37:1737-1742. https://doi.org/10.1002/er.3121

26. Marks S. An investigation of the thermal energy storage capacity of Glauber’s salt with respect to thermal cycling. Sol Energy. 1980;25:255-258. https://doi.org/10.1016/0038-092X(80)90332-1

27. Arndt PE, Dunn JG, Willix R. Long-term cycling of phase change thermal energy storage material: a DSC study. Thermochim Acta. 1981;48:237-240.

28. Kimura H, Kai J. Phase change stability of CaCl₂·6H₂O. Sol Energy. 1984;33(1):49-55. https://doi.org/10.1016/0038-092X(84)90116-6

29. Wada T, Yamamoto R, Matsuo Y. Heat storage capacity of sodium acetate trihydrate during thermal cycling. Sol Energy. 1984;33(3/4):373-375. https://doi.org/10.1016/0038-092X(84)90169-5

30. Benson DK, Burrows RW, Webb JD. Solid state phase transitions in pentaerythritol and related polyhydric alcohols. Sol Energy Mater. 1986;13:133-152. https://doi.org/10.1016/0165-163X(86)90040-7

31. Ting KC, Giannakakos PN, Gilbert SG. Durability of latent-heat storage tube-sheets. Sol Energy. 1987;39(2):79-85. https://doi.org/10.1016/S0038-092X(87)80035-X

32. Kimura H, Kai J. Mixture of calcium chloride hexahydrate with some salt hydrates or anhydrous salts as latent heat storage materials. Energy Conver Manage. 1988;28(3):197-200. https://doi.org/10.1016/0196-8904(88)90021-0

33. Porisini FC. Salt hydrates used for latent heat storage: corrosion of metals and reliability of thermal performance. Sol Energy. 1988;41:193-197. https://doi.org/10.1016/0038-092X(88)90136-3

34. Hadjiev M, Kanev S, Argirov J. Thermophysical properties of some paraffins applicable to thermal energy storage. Sol Energy Mater Sol Cells. 1992;27:181-187. https://doi.org/10.1016/0927-0248(92)90119-A

35. Hasan A, Sayigh AA. Some fatty acids as phase-change thermal energy storage materials. Renew Energy. 1994;4(1):69-76. https://doi.org/10.1016/0960-1481(94)90066-3

36. Dimaano M, Escoto A. Preliminary assessment of a mixture of capric acid and lauric acid for low temperature thermal energy storage. Energy. 1998;23:421-427. https://doi.org/10.1016/S0360-5442(97)00108-4

37. Sharma SD, Buddh D, Sawhney RL. Accelerated thermal cycle test of latent heat storage materials. Sol Energy. 1999;66(6):483-490. https://doi.org/10.1016/S0038-092X(99)00045-6

38. Sharma A, Sharma SD, Buddh D, Sawhney RL. Thermal cycle test of urea for latent heat storage applications. Int J Energy Res. 2001;25:465-468. https://doi.org/10.1002/er.692

39. Sharma A, Sharma SD, Buddh D. Accelerated thermal cycle test of acetamide, stearic acid and paraffin wax for solar thermal latent heat storage applications. Energy Conver Manage. 2002;43:1923-1930. https://doi.org/10.1016/S0196-8904(01)00131-5

40. Nikolic R, Marinovic-Cinovic M, Gadzuric S, Zsigrai IJ. New materials for solar thermal storage solid/liquid transitions in fatty acid esters. Sol Energy Mater Sol Cells. 2003;79:285-292. https://doi.org/10.1016/S0927-0248(02)00412-9

41. Sari A. Thermal reliability test of some fatty acids as PCMs used for solar thermal latent heat storage applications. Energ Conver Manage. 2003;44:2277-2287. https://doi.org/10.1016/S0196-8904(02)00251-0

42. Sari A, Kaygusuz K. Some fatty acids used for latent heat storage: thermal stability and corrosion of metals with respect to thermal cycling. Renew Energy. 2003;28:939-948. https://doi.org/10.1016/S0960-1481(02)00110-6

43. Sari A, Sari H, Önal A. Thermal properties and thermal reliability of eutectic mixtures of some fatty acids as latent heat storage materials. Energ Conver Manage. 2004;45(3):365-376. https://doi.org/10.1016/S0196-8904(03)00154-7

44. Sari A. Eutectic mixtures of some fatty acids for low temperature solar heating applications: thermal properties and
50. El-Saied H, Hussain A, Al-Masri H. Preparation of phase change material (PCM) for indoor solar cooking. Appl Therm Eng. 2011;31:2718-2723. https://doi.org/10.1016/j.applthermaleng.2011.02.042

51. Sari A, Kargarnejad S, Alario-Pérez A, Velázquez-Meléndez J, Velázquez-Meléndez J. Preparation and thermal properties of fatty acids and glycerol based phase change material for latent heat thermal energy storage. Renew Energy. 2013;52:850-856. https://doi.org/10.1016/j.renene.2013.01.059

52. Wu S, Zhu D, Zhang X, Huang J. Preparation and melting/freezing characteristics of Cu/paraffin nanofluid as phase-change material (PCM). Energy Fuel. 2013;27:2844-2851. https://doi.org/10.1021/ef301828j

53. El-Saied H, Hussain A, Al-Masri H. Preparation of phase change material (PCM) for indoor solar cooking. Appl Therm Eng. 2011;31:2718-2723. https://doi.org/10.1016/j.applthermaleng.2011.02.042

54. Zuo J, Li W, Weng L. Thermal performance of caprylic acid/1-dodecanol eutectic mixture as phase change material (PCM). Energy Buildings. 2011;43:207-210. https://doi.org/10.1016/j.enbuild.2010.09.008

55. Gao E, Zhang B, Stephenson LD, et al. Prediction of phase change material (PCM) degradation, in: Proceedings of the Thermal Performance of the Exterior Envelopes of Whole Buildings XIII, Clearwater, FL. Atlanta, GA: ASHRAE; 1–5 December 2013.

56. Huang J, Lu S, Kong X, Liu S, Li Y. Form-stable phase change materials based on eutectic mixture of tetradecanol and fatty acids for building energy storage: preparation and performance analysis. Mater. 2013;6:4758-4775. https://doi.org/10.3390/ma6104758

57. Silakhori M, Naghavi MS, Metselaar HSC, Mahlia TMI, Fauzi H, Mehrali M. Accelerated thermal cycling test of microencapsulated paraffin wax/polyaniline made by simple preparation method for solar thermal energy storage. Mater. 2013;6:1608-1620. https://doi.org/10.3390/m6051608

58. Konoklu Y. Microencapsulation of phase change material with poly (ethylacrylate) shell for thermal energy storage. Int J Energy Res. 2014:38:2019-2029. https://doi.org/10.1002/er.3216

59. Solé A, Neumann H, Niedermaier S, Martorell I, Schossig P, Cabeza LF. Stability of sugar alcohols as PCM for thermal energy storage. Sol Energy Mater Sol Cells. 2014;126:125-134. https://doi.org/10.1016/j.solmat.2014.03.020

60. Zhong L, Zhang X, Luan Y, Wang G, Feng Y, Feng D. Preparation and thermal properties of porous heterogeneous composite phase change materials based on molten salts/expanded graphite. Sol Energy. 2014;107:63-73. https://doi.org/10.1016/j.solener.2014.05.019

61. Bayón R, Rojas E. Characterization of organic PCMs for medium temperature storage. In: Méndez-Vilas A, ed. Materials and Technologies for Energy Efficiency. Boca Raton, Florida, US: Brown Walker Press; 2015:157-161.

62. Ram Dheep G, Sreekumar A. Influence of accelerated thermal charging and discharging cycles on thermo-physical properties of organic phase change materials for solar thermal energy storage applications. Energies. 2015;10:13-19. https://doi.org/10.3390/energybuild.15.07.040

63. Liu Z, Fu X, Jiang L, Wua B, Wang J, Lei J. Solvent-free synthesis and properties of novel solid-solid phase change materials with biodegradable castor oil for thermal energy storage. Sol Energy Mater Sol Cells. 2016;147:177-184. https://doi.org/10.1016/j.solmat.2015.12.009

64. Rodríguez-Garcia MM, Bayón R, Rojas E. Stability of D-mannitol upon melting/freezing cycles under controlled inert atmosphere. Energy Procedia. 2016;91:218-225. https://doi.org/10.1016/j.egypro.2016.06.207

65. Sharma RK, Ganesan P, Tyagi VV, Mahlia TMI. Accelerated thermal cycle and chemical stability testing of polyethylene glycol (PEG)6000 for solar thermal energy storage. Sol Energy Mater Sol Cells. 2016;147:235-239. https://doi.org/10.1016/j.solmat.2015.12.023

66. Bayón R, Cocoli S, Barcenilla M, et al. Feasibility of storing latent heat with liquid crystals. Proc of Concept at Lab Scale. Appl Sci. 2016;6(5):121. https://doi.org/10.3390/app6050121

67. Dicace G, Corro-Martínez E, Campos-Celador Á, Garcia-Romero A, Sala JM. The sodium nitrate–urea eutectic binary mixture as a phase change material for medium temperature thermal energy storage. Part II: accelerated thermal cycling test and water uptake behavior of the material. Sol Energy Mater Sol Cells. 2016;157:1076-1083. https://doi.org/10.1016/j.solmat.2016.04.020

68. Geng L, Wang S, Want T, Luo R. Facile synthesis and thermal properties of nanoencapsulated n-dodecanol with SiO2 shell as shape-formed thermal energy storage material. Energy Fuel. 2016;30:6153-6160. https://doi.org/10.1021/acs.energyfuels.6b00929

69. Han L, Ma G, Xie S, Sun J, Jia Y, Jing Y. Thermal properties and stabilities of the eutectic mixture: 1,6-hexanediol/lauric
acid as a phase change material for thermal energy storage. *Appl Therm Eng*. 2017;116:153-159. https://doi.org/10.1016/j.applthermeng.2017.01.082

70. Huang Z, Luo Z, Gao X, Fang X, Fang Y, Zhang Z. Investigations on the thermal stability, long-term reliability of LiNO₃/KCl—expanded graphite composite as industrial waste heat storage material and its corrosion properties with metals. *Appl Energy*. 2017;188:521-528. https://doi.org/10.1016/j.apenergy.2016.12.010

71. Jiang Y, Sun Y, Bruno F, Li S. Thermal stability of Na₂CO₃-Li₂CO₃ as a high temperature phase change material for thermal energy storage. *Thermochim Acta*. 2017;650:88-94. https://doi.org/10.1016/j.tca.2017.01.002

72. Liu M, Bell S, Segarra M, et al. A eutectic salt high temperature phase change material: thermal stability and corrosion of SS316 with respect to thermal cycling. *Sol Energy Mater Sol Cells*. 2017;170:1-7. https://doi.org/10.1016/j.solmat.2017.05.047

73. Rodríguez-García MM, Rojas E, Bayón R. Test campaign and performance evaluation of a spiral latent storage module with Hitec® as PCM. Solar Heating and Cooling Conference 2017, Abu Dhabi, November 2017.

74. Lao X, Xu X, Wu J, Xu X. High-temperature alloy/honeycomb ceramic composite materials for solar thermal storage applications: preparation and stability evaluation. *Ceram Int*. 2017;43:4583-4593. https://doi.org/10.1016/j.ceramint.2016.12.119

75. Patel JS, Gao E, Boddu VM, Stephenson LD, Kumar A. Accelerated long-term assessment of thermal and chemical stability of bio-based phase change materials. *J Building Phys*. 2017;40(4):299-310. https://doi.org/10.1177/1744259115624178

76. Ramakrishnan S, Wang X, Sanjayan J, Petinakis E, Wilson J. Development of thermal energy storage cementitious composites (TESC) containing a novel paraffin/hydrophobic expanded perlite composite phase change material. *Sol Energy*. 2017;158:626-635. https://doi.org/10.1016/j.solener.2017.09.064

77. Sami S, Etesami N. Improving thermal characteristics and stability of phase change material containing TiO₂ nanoparticles after thermal cycles for energy storage. *Appl Therm Eng*. 2017;124:346-352. https://doi.org/10.1016/j.applthermeng.2017.06.023

78. Sari A, Biçer A, Alkan C. Thermal energy storage characteristics of poly (styrere-co-maleic anhydride)-graft-PEG as polymeric solid–solid phase change materials. *Sol Energy Mater Sol Cells*. 2017;161:219-225. https://doi.org/10.1016/j.solmat.2016.12.001

79. Wei H, Li X. Preparation and characterization of a lauric-myristic-stearic acid/Al₂O₃-loaded expanded vermiculite composite phase change material with enhanced thermal conductivity. *Sol Energy Mater Sol Cells*. 2017;166:1-8. https://doi.org/10.1016/j.solmat.2017.03.003

80. Sun N, Xiao Z. Synthesis and performance of phase change materials microcapsules with a polymer/BN/TiO₂ shell for thermal energy storage. *Energy Fuel*. 2017;31(9):10186-10195. https://doi.org/10.1021/acs.energyfuels.7b01271

81. Beyhan B, Cellat K, Konuklu Y, et al. Robust microencapsulated phase change materials in concrete mixes for sustainable buildings. *Int J Energy Res*. 2017;41(1):113-126. https://doi.org/10.1002/er.3603

82. Wang Z, Liu S, Ma G, et al. Preparation and properties of caprylic-nonanoic acid mixture/expanded graphite composite as phase change material for thermal energy storage. *Int J Energy Res*. 2017;41:2555-2564. https://doi.org/10.1002/er.3830

83. Kong W, Fu X, Liu Z, Zhou C, Lei J. A facile synthesis of solid-solid phase change material for thermal energy storage. *Appl Therm Eng*. 2017;117:622-628. https://doi.org/10.1016/j.applthermeng.2016.10.088

84. Du X, Wang H, Wu Y, Du Z, Cheng X. Solid–solid phase-change materials based on hyperbranched polyurethane for thermal energy storage. *J Appl Polym Sci*. 2017;134:45014. https://doi.org/10.1002/app.45014

85. Zhang X, Li X, Zhou Y, et al. Calcium chloride hexahydrate/diatomite/paraffin as composite shape-stabilized phase change material for thermal energy storage. *Energy Fuel*. 2018;32(1):916-921. https://doi.org/10.1021/acs.energyfuels.7b02866

86. Ma L, Guo C, Ou R, Sun L, Wang Q, Li P. Preparation and characterization of modified porous wood flour/lauric-myristic acid eutectic mixture as a form-stable phase change material. *Energy Fuel*. 2018;32:5453-5461. https://doi.org/10.1021/acs.energyfuels.7b03933

87. Gao X, Zhao T, Luo G, et al. Thermal property enhancement of paraffin wax based hydroxyl terminated polybutadiene binder with a novel nano-SiO₂-expanded graphite-PW ternary form-stable phase change material. *Energy Fuel*. 2018;32(3):4016-4024. https://doi.org/10.1021/acs.energyfuels.7b03856

88. Yang Y, Kong W, Cai X. Solvent-free preparation and performance of novel xylitol based solid-solid phase change materials for thermal energy storage. *Energ Buildings*. 2018;158:37-42. https://doi.org/10.1016/j.enbuild.2017.09.096

89. Zhang N, Song Y, Du Y, Yuan Y, Xiao G, Gui Y. A novel solid-solid phase change material: pentaglycerine/expanded graphite composite PCMs. *Adv Eng Mater*. 2018;20(1-9):1800237. https://doi.org/10.1002/adem.2017.09.096

90. Donahoe D, Zhao K, Murray S, Ray RM. Accelerated Life Testing. In: Balakrishnan N, Colton T, Everitt B, Piegorsch W, Ruggeri F, Teugels JL, eds. *Wiley StatsRef: Statistics Reference Online*. Hoboken, NJ: John Wiley & Sons; 2014. https://doi.org/10.1002/9781118445112.stat03654.

91. Gaines GB, Thomas RE, Derringer GC, Kistler CW, Bigg DM, Carmichael DC. Methodology for designing accelerated ageing tests for predicting life of photovoltaic arrays. Report ERDA/JPL-954328-77/1; 1977.

92. TamizhMani G, Kuitch J. Accelerated Lifetime Testing of Photovoltaic Modules, Report of Solar America Board for Codes and Standards; 2013.

93. San Vicente G, Bayón R, Germán N, Morales A. Long-term durability of sol–gel porous coatings for solar glass covers. *Thin Solid Films*. 2009;517(10):3157-3160. https://doi.org/10.1016/j.tsf.2008.11.079
94. García-Segura A, Fernández-Garcia A, Ariza MJ, Sutter F, Valenzuelo L. Durability studies of solar reflectors: a review. Renewable and Sustainable Energy Reviews. 2016;62:453-467. https://doi.org/10.1016/j.rser.2016.04.060

95. Koehl M. Durability of solar energy materials. Renewable Energy. 2001;24:597-607. https://doi.org/10.1016/S0960-1481(01)00046-5

96. International Electrotechnical Commission (IEC). IEC 62108:2007: Concentrator Photovoltaic (CPV) Modules and Assemblies—Design Qualification and Type Approval. Geneva (Switzerland): IEC; 2007.

97. IEC 61215. Crystalline silicon terrestrial photovoltaic (PV) modules-Design, qualification and type approval; 2005.

98. Ahhat A. Low temperature latent heat thermal energy storage: heat storage materials. Solar Energy. 1983;30:313-332. https://doi.org/10.1016/0038-092X(83)90186-X

99. Wei L, Ohssaka K. Supercooling and solidification behaviour of phase change material. ISIJ Int. 2010;50:1265-1269. https://doi.org/10.2355/isijinternational.50.1265

100. Arkar C, Medved S. Influence of accuracy of thermal property data of a phase change material on the result of a numerical model of a packed bed latent heat storage with spheres. Thermochem Acta. 2005;438:192-201. https://doi.org/10.1016/j.tca.2005.08.032

101. Gschwander S, Haussmann T, Hagelstein G, Sole A, Diarce G, RAL. Günther E, Hiebler S, Mehling H, Redlich R. Enthalpy of phase change materials. Meas Sci Technol. 2006;17:2168-2174. https://doi.org/10.1088/0957-0233/17/8/016

102. Rathgeber C, Schmit H, Hennemann P, Hiebler S. Calibration of a T-History calorimeter to measure enthalpy curves of phase change materials in the temperature range from 40 to 200 °C. Meas Sci Technol. 2014;25:035011. https://doi.org/10.1088/0957-0233/25/3/035011

103. Sandnes B, Rekdal J. Supercooling salt hydrates: stored enthalpy as a function of temperature. Sol Energy. 2006;80:616-625. https://doi.org/10.1016/j.solener.2004.11.014

104. Zhang Y, Jiang Y, Jiang Y. A simple method, the T-history method, of measuring heat of fusion of various materials. Int J Refrig. 2004;27:360-366. https://doi.org/10.1016/j.ijrefrig.2003.12.006

105. Kravaritis ED, Antonopoulos KA, Tzivanidis C. Improvements to the measurement of the thermal properties of phase change materials. Meas Sci Technol. 2010;21:045103. https://doi.org/10.1088/0957-0233/21/4/045103

106. Stankovic SB, Kyriacou PA. Improved measurement technique for the characterization of phase change materials using the T-History method, Proceedings of the 12th international conference on energy storage. Lleida (Spain): Innostock; 2012.

107. De Paola MG, Arcuri N, Calabrò V, De Simone M. Thermal and stability investigation of phase change material dispersions for thermal energy storage by T-history and optical methods. Energies. 2017;10(3):354. https://doi.org/10.3390/en10030354.

108. Gaona D, Urresta E, Martínez I, Guerrón G. Medium temperature phase change materials thermal characterization by the T-history method and differential scanning calorimetry. Exp Heat Transfer. 2017;30:463-474. https://doi.org/10.1080/08999747.2017.1286413

109. Omaraa E, Saman W, Bruno F, Liu M. Modified T-history method for measuring thermophysical properties of phase change materials at high temperature. AIP Conf Proc. 2017;1850:080017. https://doi.org/10.1088/0957-0233/1850:080017

110. Solé A, Miró L, Barreneche C, Martorell I, Cabeza LF. Review of the T-history method to determine thermophysical properties of phase change materials (PCM). Renewable and Sustainable Energy Reviews. 2013;26:425-436. https://doi.org/10.1016/j.rser.2013.05.066

111. Huang Z, Gao X, Xu T, Fang Y, Zhang Z. Thermal property measurement and heat storage analysis of LiNO₃/KCl—expanded graphite composite phase change material. Applied Energy. 2014;115:265-271. https://doi.org/10.1016/j.apenergy.2013.11.019

112. Cai Y, Wei Q, Huang F, Lin S, Chen F, Gao W. Thermal stability, latent heat and flame retardant properties of the thermal energy storage phase change materials based on paraffin/high density polyethylene composites. Renewable Energy. 2009;34:2117-2123. https://doi.org/10.1016/j.renene.2009.01.017

113. Mohammad MB, Brooks GA, Rhamdhan MI. Thermal analysis of molten ternary lithium-sodium-potassium nitrates. Renewable Energy. 2017;104:76-87. https://doi.org/10.1016/j.renene.2016.12.015
121. Tong B, Liu RB, Meng CG, Yu FY, Ji SH, Tan ZC. Heat capacities and nonisothermal thermal decomposition reaction kinetics of D-mannitol. *J Chem Eng Data*. 2010;55:119-124. https://dx.doi.org/10.1021/je900285w

122. Garg HP, Mullick SC, Bhargava AK. Latent heat or phase change thermal energy storage in: *Solar Thermal Energy Storage*. Dordrecht (Holland): Springer; 1985:154-291.

123. Bayón R, Rojas E. Feasibility study of D-mannitol as phase change material for thermal storage. *AIMS Energy*. 2017;5(3):404-424. https://doi.org/10.3934/energy.2017.3.404

124. Caruso H, Dasgupta A. A Fundamental Overview of Accelerated–Testing–Analytic Models. IEEE Proceedings of Annual Reliability and Maintainability Symposium; 1998

125. Sagara A, Nomura T, Tsubota M, Okinaka N, Akiyama T. Improvement in thermal endurance of D-mannitol as phase change material (PCM) by impregnation into nanopores. *Mater Chem Phys*. 2014;146:253-260. https://doi.org/10.1016/j.matchemphys.2014.03.009

**How to cite this article:** Bayón R, Rojas E. Development of a new methodology for validating thermal storage media: Application to phase change materials. *Int J Energy Res*. 2019;43:6521–6541. [https://doi.org/10.1002/er.4589](https://doi.org/10.1002/er.4589)